Do viscosity and wettability of fluoride varnishes affect their fluoride release?

Jackeline Asian, Edgar Quenta, Jorge L. Castillo

Professor, Universidad Peruana Cayetano Heredia, School of Stomatology, Department of Dentistry for Children and Adolescents, Lima, Peru

Correspondence:
Universidad Peruana Cayetano Heredia
Facultad de Estomatología
Departamento Académico de Estomatología del Niño y el Adolescente
Av. Honorio Delgado 430
Lima 31, Peru
jorge.castillo@upch.pe

Received: 28/02/2020
Accepted: 23/09/2020

Abstract
Background: There are several brands of fluoride varnishes in the market, but the dynamics of fluoride release from each one might be different. The purpose of this study was to evaluate in vitro the release of fluorides by fluoride varnishes and to determine the correlation with viscosity and wettability.

Material and Methods: Forty four enamel blocks 5x5 mm were randomly divided into 4 groups (n=11) ((Duraphat®, Clinpro™ White Varnish, Flúor Protector® and control). We applied 30 milligrams of fluoride varnish to each specimen. The specimens were immersed in a Calcium Phosphate solution at a pH= 6.0. We evaluated the release of fluoride, by using a selective fluoride electrode, during 6 weeks. Viscosity was measured using an Oswald Viscosimeter and the wettability was determined by measuring the contact angle between the varnish and the enamel slab. The statistical analysis was performed using Analysis of variance.

Results: Duraphat showed the highest fluoride release from the second weekend beyond (p<0.001) and Clinpro the greatest rate of release. Duraphat release was the steadiest throughout the experiment. Duraphat showed the highest viscosity and the lowest wettability (p<0.001) and Fluor Protector showed the highest wettability (p<0.001). There was a positive correlation between the release of fluoride and the viscosity and a negative correlation between fluoride release and wettability (r>0.7). Conclusion: Viscosity and wettability influence the release of fluoride from fluoride varnishes.

Key words: Fluorides topical, viscosity, wettability.
**Introduction**

Fluoride varnishes are professionally applied fluoride vehicles. According to the latest systematic reviews, the caries reduction by using fluoride varnish is 43% in permanent teeth and 37% in primary teeth, the greatest of all professionally applied fluoride vehicles (1). Fluoride varnishes also have a high performance in preventing and treating white spot lesions during orthodontic treatment (2) and treating incipient caries lesions (3). The explanation for this high performance of fluoride varnishes may be that, compared to other fluoride vehicles, they may adhere to the enamel and other oral surfaces maintaining appropriate levels of fluoride for a prolonged period of time and acting as a reservoir of fluorides to be used when needed (4,5).

There are several commercially available brand names of fluoride varnishes with different active ingredients, composition, technologies and properties (6,7). The American Dental Association recommends the use of Fluoride Varnish with 2.26% Fluoride Ion or 5% Sodium Fluoride (ADA) (8).

The release of fluoride from fluoride varnishes may vary according to the type of varnish (9,10). Our hypothesis is that these variations may be due to their composition, type of resin and other properties, that have not been evaluated yet. Viscosity is the measure of the resistance to flow that a fluid offers when it is subjected to shear stress (11). It seems reasonable that a varnish that is more viscous will stay longer over a tooth surface, therefore it will release fluoride for a longer period of time. Wettability is the ease or otherwise of a liquid to spread over a surface (12). The most common method of observing wetting is measuring the contact angle. The contact angle is the internal angle in a droplet of liquid in contact with a solid (12). We may also speculate that the wider the spread of the varnish, the higher chance to cover all the areas of the teeth surfaces.

There are no studies that have evaluated the correlation between fluoride release from fluoride varnishes and their viscosity and wettability. The aim of this study is to evaluate the fluoride release from 3 commercially available fluoride varnishes and correlate it with its viscosity and wettability.

**Material and Methods**

- **Sample calculation.**
  For sample size calculation, we used the formula of the difference between the means of two samples, from the pilot study. The pilot study was done with 10% of the sample size of a previous study5 obtaining a sample of 9 specimens per group. We used the sample size calculation adjusted to specimens lost during the experiment, ending up with 11 specimens per group.

- **Study design.** This is an experimental in-vitro study. We obtained enamel slabs of 5x5 mm from healthy pre-
molars extracted for orthodontic reasons. We previously cleaned and disinfected the teeth. The specimens were selected and randomly assigned to one of 4 groups: Duraphat (Colgate-Palmolive, New York, NY, USA), Clinpro White Varnish (3M ESPE, MN, USA), Fluor Protector (Ivoclar Vivadent, Amherst, Nueva York, USA) and Varnish as a control group (Biodinâmica, Paraná, Brasil). Eleven samples were assigned to each group.

- **Specimen preparation.** The teeth were cut with a Double Sided Diamond Disc 916DF-220 fine (Henry Schein International, USA) in order to obtain an enamel slab of 5 x 5 mm. The slabs were measured with a digital caliper (Mitutoyo, Tokio, Japan). We placed one end of a piece of dental floss over the dentin surface of each slab and covered it with a photo-cured resin Z350™ A3 Body (3M ESPE, MN, USA) in order to handle the specimen more easily.

- **Varnish application procedure.** Thirty milligrams of fluoride varnish were placed on each specimen. That means that for Duraphat and Clinpro 37.5 umol of fluoride and for Fluor Protector 1.58 umol of fluoride were applied. After the application, each specimen was immersed in 20 ml of a buffer Calcium Phosphate solution (pH 6.0) at room temperature 5. The other end of the dental floss was used to secure the sample inside the tube.

Each day during the first week and then each week for the remaining 6 weeks, a new test tube was prepared with 20 milliliters of the calcium phosphate solution. We transferred the samples to the new tubes and the old ones were analyzed for their fluoride content.

- **Fluoride release.** The fluoride analysis was performed in the Fluoride Analysis lab of the University XXXXXX. We used the ion analyzer (Versa Star A329, Orion, Thermo Scientific) and a fluoride selective electrode (Plus Model 9606 VPN, Orion, Thermo Scientific). We calibrated the electrode with TISAB (total ionic strength adjusting buffer) and fluoride standards. A new calibration curve was done with fresh standards before every day the solution was measured.

Daily during the first week and then once weekly for 6 weeks, we measured the concentration of fluoride in the solution to determine the amount of fluoride released by the sample. Millivoltage was read and converted into parts per million using the calibration curves. One of the investigators (JA) did all the measurement and did not know which sample belonged to which group. The electrode was constantly calibrated to avoid any bias due to the malfunctioning of the instrument.

- **Rate of fluoride release.** The rate of fluoride release was calculated for the mean slope of each of the products 5,9. We calculated the rate of fluoride release between day 1 to 7.

- **Viscosity analysis.** The viscosity analysis was done in the Physics Analysis Lab at the University YYYYYYY, using an Ostwald Viscometer (Sigma-Aldrich Corpora-
Fluoride release from fluoride varnishes

Results

- Fluoride release. The average of concentration of fluoride release (ppm) during the first 7 days and then weekly during 6 weeks are presented in Table 1. All the varnishes showed a reduction in the release of fluoride during that period of time.

From day 1 to day 7 Clinpro showed the highest release of fluoride during the first day ($p<0.001$). From day 2 to day 7, Duraphat showed the highest release of fluoride followed by Clinpro ($p<0.001$). Fluor Protector and Varnal did not show any differences in the release during the first 7 days ($p>0.05$).

From week 1 to week 6 Duraphat showed the highest release of fluoride during all the experiment ($p<0.001$), except week 1, where there were no differences between Duraphat and Clinpro ($p>0.05$).

- Cumulative release of fluorides. All the varnishes showed a significant increase of the cumulative release during the whole period of this experiment ($p<0.001$).

From day 1 to day 7 Clinpro showed the highest cumulative release of fluoride during the first 4 days ($p<0.001$). From day 5 to day 7, Duraphat and Clinpro did not show any significant differences ($p>0.05$).

Table 1: Fluoride release (ppm) from fluoride varnishes during 7 days and 6 weeks.

| Time (days) | Duraphat Varnish | Clinpro White Varnish | Fluor Protector | Varnal | Time (weeks) | Duraphat | Clinpro White Varnish | Fluor Protector | Varnal |
|-------------|------------------|------------------------|----------------|--------|-------------|----------|------------------------|----------------|--------|
| 1           | 0.6317 (0.0745)³ | 1.6082 (0.5226)³      | 0.1562 (0.0631)³ | 0.0166 (0.0004)³ | 1           | 2.0591 (0.1491)³     | 1.9890 (0.5515)³ | 0.2715 (0.0695)³ | 0.1046 (0.0016)³ |
| 2           | 0.4441 (0.0609)³ | 0.1536 (0.0372)³      | 0.0274 (0.0049)³ | 0.0172 (0.0010)³ | 1           | 0.2394 (0.0291)³     | 0.0045 (0.0070)³ | 0.0377 (0.0071)³ | 0.0274 (0.0012)³ |
| 3           | 0.2349 (0.0291)³ | 0.1216 (0.0257)³      | 0.0213 (0.0023)³ | 0.0158 (0.0004)³ | 2           | 1.1618 (0.3661)³     | 0.1062 (0.0143)³ | 0.0395 (0.0028)³ | 0.0343 (0.0026)³ |
| 4           | 0.1995 (0.0211)³ | 0.0407 (0.0111)³      | 0.0226 (0.0020)³ | 0.0184 (0.0017)³ | 3           | 0.9718 (0.2962)³     | 0.1062 (0.0143)³ | 0.0395 (0.0028)³ | 0.0343 (0.0026)³ |
| 5           | 0.1843 (0.0154)³ | 0.0264 (0.0041)³      | 0.0139 (0.0010)³ | 0.0122 (0.0009)³ | 4           | 0.7787 (0.2226)³     | 0.0264 (0.0114)³ | 0.0184 (0.0019)³ | 0.0135 (0.0007)³ |
| 6           | 0.1838 (0.0154)³ | 0.0172 (0.00016)³     | 0.0136 (0.0014)³ | 0.0110 (0.0007)³ | 5           | 0.5717 (0.1551)³     | 0.0190 (0.0047)³ | 0.0171 (0.0012)³ | 0.0129 (0.0004)³ |
| 7           | 0.1809 (0.0105)³ | 0.0214 (0.00029)³     | 0.0164 (0.0012)³ | 0.0134 (0.0011)³ | 6           | 0.3834 (0.0620)³     | 0.0277 (0.0088)³ | 0.0228 (0.0016)³ | 0.0193 (0.0007)³ |

For the rows, equal lowercase letters mean that there are not significant differences. Different lowercase letters mean significant differences ($p>0.001$) (Tukey).

For the columns, equal uppercase letters mean that there are no significant differences. Different uppercase letters mean no significant differences ($p<0.001$) (Student t test).

( ): Standard deviation
From week 1 to week 7
From week 2, Duraphat showed the highest cumulative release ($p<0.001$), followed by Clinpro, Fluor Protector and Varnal. There were no significant differences between Fluor Protector and Varnal throughout the experiment ($p>0.05$).

Rate of fluoride release.
The rate of release, which is the average slope, was calculated between day 1 and 7 (Table 2). The highest rate of release was observed with Clinpro, meanwhile Varnal had a very slow rate of fluoride release followed by Fluor Protector and Duraphat (Fig. 1).

Table 2: Rate (slope) of fluoride release during the first 7 days and viscosity and wettability of the varnishes.

| Viscosity* | Wettability** |
|------------|---------------|
| 841.10 (16.2)* | 6.64 (0.18)* |
| 35.27 (0.06)* | 1.27 (0.08)* |
| 21.60 (0.20)* | 0.27 (0.06)* |
| 14.23 (0.21)* | 1.08 (0.08)* |

*: Standard Deviation
**: Expressed in cSt (centistokes)
*** Expressed in °

For the rows, equal lowercase letters mean that there are no significant differences. Different letters mean that there are significant differences ($p<0.001$) in viscosity and wettability (Tukey).

Viscosity and wettability. The highest viscosity (841.1 cSt) and the lowest wettability (greatest angle of contact: 6.64°) was found with Duraphat. The lowest viscosity was found with Varnal (14.23 cSt) and the highest wettability (lowest contact angle: 0.27°) in Fluor Protector (Table 2).

There was a high positive correlation ($r>0.7$) between fluoride release and viscosity and there was a high negative correlation ($r>0.8$) between fluoride release and wettability of fluoride varnishes (Table 3).

Discussion
Previous studies found differences in fluoride release when comparing different fluoride varnishes (5,9). The question is whether this difference can be due to differences in the physical properties of the products. And that is the reason why we planned this investigation.

We tested the products that have more presence in the market. In the last systematic review on fluoride varnishes, more than 60% of the selected articles used Duraphat from Colgate as the varnish tested (1). The comparison was done with other two popular products: Clinpro from 3M and Fluor Protector from Ivoclar Vivadent. The mode of release was different among the varnishes during the experiment. During the first 7 days, the highest release rate was observed in Clinpro and Duraphat compared to Fluor Protector and Varnal. From week 2 to
the end of the experiment, Duraphat showed the greatest release of fluoride. This is an interesting finding; both Clinpro and Duraphat have the same active principle (5% Sodium Fluoride), but they behave different. Duraphat had the advantage of higher fluoride cumulative release throughout most of the experiment.

The speed and fluoride release behavior differ significantly according to the type of varnish and decreased over time. This is in accordance with Shen and Autio Gold (13) who reported that the release of fluorides in the first week, and even more in the first 7 hours, seems to be faster for every fluoride varnish studied. Also Castillo (5) found that Duraphat had a higher cumulative release and a more prolonged fluoride release compared to Duraflor.

These differences observed between the varnishes may be due, as has already been described in the literature, to the differences in the type of base present in its composition and physical properties, or other aspects of the fluoride varnishes formulation which had not been evaluated so far. Duraphat and Clinpro are varnishes that have a natural resin base and Fluoride Protector a polyurethane base, according to the manufacturers. Maas JR et al. (14) reported that fluoride ion diffusion process is slower in fluoride varnishes with a natural resin base. This may explain the greater release of fluorides from varnishes with this base. Downey et al. (15) found that the formulation of other ingredients in fluoride varnishes can affect the fluoride concentration in saliva. Every fluoride varnish brand may use different components that may affect their performance.

Another important aspect is the presentation of the products. While Duraphat presentation is in 10 ml tubes, Clinpro and Fluor Protector are presented in unit doses.

In both presentations, the components of the varnish are separated with time and show a non-uniform distribution of the fluoride content, so the manufacturers recommend rubbing (Duraphat), mixing (Clinpro) or shaking (Fluor Protector) before applying it to homogenize the fluoride content, however this may change the fluoride content for each type of varnish.

We hypothesized that the physical properties of the products may be the reason for the difference in the fluoride release observed in each product. Two physical properties of the varnishes were studied and correlated with the fluoride release: viscosity and wettability.

In this study, as in a previous one (5), the amount of varnish applied (30 mg) was the same for all the specimens of the different groups, so it was possible to make comparisons between them. However, the weighing of Fluor Protector, a varnish that volatilizes quickly due to the solvent, was difficult. Maas JR et al. (14) reported in their study that the handling of most of the fluoride varnishes studied was difficult due to the different physical characteristics that could be influenced by the viscosity of the varnish, base type, among other characteristics as was also mentioned by Bolis C et al. (7) making difficult to measure the quantity dispensed with great precision. Also, 30 milligrams of Fluor Protector, contains a smaller amount of fluoride compared to Duraphat and Clinpro.

Viscosity is an important property of pharmaceutical products and food. Studies have found that viscosity has an influence on the way some drugs release their active principle (16,17), increasing their effectiveness. For instance, Studies have found a reciprocal correlation between the viscosity of ointments and the quantity of the released drugs (18). Other studies have found that the aroma release and intensity olfactory perception were stronger in low-viscosity yogurts than in high-viscosity yogurts (19).

When studying the viscosity of fluoride varnishes, it was found that it differs between varnishes as was also reported by Bolis C et al. (7) who found that Fluor Protector had the lowest viscosity. However, the authors did not use measuring instruments to measure the viscosity of the varnishes. This result was also found in our study using the viscometer as a measuring instrument. Duraphat was the varnish that showed the highest viscosity and the highest release of fluorides. By increasing the viscosity, the ions cannot move freely due to their attractive forces (20), therefore there would be release of fluorides for a longer time. Other studies have found a relation with viscosity and fluoride release from Fluoride varnishes. Pichaiaukrit W et al. (21) found in an invitro experiment, that by adding chitosan, which makes varnish more viscous, the release of fluorides is increased.

Wettability is also an important property that has been studied in drugs. The larger the area of contact of a specific drug, the larger the area of effect. Some studies have found a correlation between the wettability and the drug efficacy (22,23). Differences between varnishes were found when studying wettability by contact angle. The highest wettability was observed in Fluor Protector followed by Clinpro and Duraphat, which coincides with the data from lower to higher fluoride release of the fluoride varnishes respectively. Fluor Protector presented the highest wettability, the lowest viscosity but also the lowest fluoride release. Initially, a fluoride varnish may cover an extensive area of a tooth (high wettability), but it may wear way very fast, which may not help in the long-term release of fluoride. We have to remember the wettability depends on the liquid but also on the surface were the liquid is deposited. There are many events over the tooth surface (saliva, plaque, mastication, etc), that may affect or minimize the wettability of the varnish.

According to our findings, the most important property of fluoride varnishes is viscosity. As there is a negative
correlation between wettability and viscosity, a greater wettability can be negative in the behavior of the fluoride varnishes. Nevertheless, a very viscous varnish, but capable of covering the greatest amount of surface (high wettability), could be ideally the best option and allow fluoride to be released for a longer time, covering the largest amount of teeth surfaces. Other studies have found the same relation between viscosity and wettability. Park et al. (24) found a negative correlation between viscosity and wettability when studying human saliva. A study using varnishes with different viscosities and wettabilities may be helpful to find the ideal varnish in terms of physical properties that can assure the most efficient fluoride release throughout time. In addition, further studies are needed to evaluate the correlation between the release of fluorides from fluoride varnishes and other properties of the product such as pH, surface tension, temperature variations to complement this research. It is important to understand the fluoride varnishes physical properties that may influence the release of fluorides in order to find the most effective fluoride varnish for the prevention and control of the progression of dental caries.

Conclusions

1. Viscosity and wettability influence the fluoride release from fluoride varnishes. According to our findings, higher viscosity and lower wettability of fluoride varnishes is related to a greater release of fluorides.

2. Duraphat presented the highest release of fluorides and the highest viscosity and lowest wettability.

References

1. Marino VC, Worthington HV, Walsh T, Clarkson JE. Fluoride varnishes for preventing dental caries in children and adolescents. Cochrane Database Syst Rev. 2013;7:CD002279.

2. Höchli D, Hersberger-Zurfuh M, Papageorgiou SN, Eliades T. Interventions for orthodontically induced white spot lesions: a systematic review and meta-analysis. Eur J Orthod. 2017;39:122-33.

3. Lenz I, Montagner AF, Soares FZ, de Oliveira Roche RA. Are topical fluorides effective for treating incipient carious lesions?: A systematic review and meta-analysis. J Am Dent Assoc. 2016;147:84-91.

4. Ogaard B. The cariostatic mechanism of fluoride. Compend Contin Educ Dent. 1999;20:10-7.

5. Castillo JL, Milgrom P, Kharasch E, Izutsu K, Fey M. Evaluation of fluoride release from commercially available fluoride varnishes. J Am Dent Assoc. 2001;132:1389-92.

6. Lippert F, Hara AT, Martinez-Mier EA, Zero DT. Laboratory investigations into the potential anticaries efficacy of fluoride varnishes. Pediatr Dent. 2014;36:291-5.

7. Bolis C, Hattil GP, Lendenmann U. Fluoride Varnishes - Is There a Correlation Between Fluoride Release and Deposition on Enamel? Oral Health Prev Dent. 2015;13:545-56.

8. American Dental Association. Professionally-applied and Prescription-strength, Home-use Topical Fluoride Agents for Caries Prevention Clinical Practice Guideline. 2018-06-10. URL: https://ebd.ada.org/en/evidence/guidelines/topical-fluoride. Accessed: 2018-06-10. (Archived by WebCite® at http://www.webcitation.org/704ynOprW).

9. Jablonowski BL, Bartoloni JA, Hensley DM, Vandewalle KS. Fluoride release from newly marketed fluoride varnishes. Quintessence Int. 2012;43:221-8.

10. Skold-Larsson K, Módeer T, Twetman S. Fluoride concentration in plaque in adolescents after topical application of different fluoride varnishes. Clin Oral Invest. 2000;4:31-4.

11. Harding SE. The intrinsic viscosity of biological macromolecules. Progress in measurement, interpretation and application to structure in dilute solution. Prog Biophys Mol Biol. 1997;68:207-62

12. Marshall SJ, Bayne SC, Baier R, Tomsia AP, Marshall GW. A review of adhesion science. Dent Mater. 2010;26:e11-6

13. Shen C, Auto-Gold J. Assessing fluoride concentration uniformity and fluoride release from three varnishes. J Am Dent Assoc. 2002;133:176-82

14. Maas JR, Junior IM, Lodi CS, Delbem AC. Differences in loosely bound fluoride formation and antimicrobial effect of resin-based fluoride varnishes. Int J Paediatr Dent. 2013;23:166-72.

15. Downey D, Dennison J, Eckert GJ, Flannagan SE, Neiva GF, Yamamoto Gonzalez-Cabanas C. Fluoride Levels in Unstimulated Whole Saliva following Clinical Application of Different 5% NaF Varnishes. Caries Res. 2018;52:431-438

16. Zema L, Moroni A, Foppoli A, Palagan L, Sangalli ME, Gazzaniaga A. Different HPMC viscosity grades as coating agents for an oral time and/or site-controlled delivery system: an investigation into the mechanisms governing drug release. J Pharm Sci. 2007;96:1527-36

17. Johansen S, Rask-Pedersen E, Pauze JU. An ocular bioavailability comparison in rabbits of prednisolone acetate after repeated topical applications formulated as a high-viscosity gel and as an aqueous suspension. Acta Ophthalmol Scand. 1996;74:259-64

18. Dong Y, Qu H, Pavurala N, Wang J, Sekar V, Martinez MN, et al. Formulation characteristics and in vitro release testing of cyclosporine ophthalmic ointments. Int J Pharm. 2018;544:254-64.

19. Saint-Eve A, Martin N, Guillemin H, Sémon E, Guichard E, Souohon I. Flavored yogurt complex viscosity influences real-time aroma release in the mouth and sensory properties. J Agric Food Chem. 2006;54:7794-803.

20. Yadav S, Shire SJ, Kalonia DS. Viscosity analysis of high concentration bovine serum albumin aqueous solutions. Pharm Res. 2011;28:1973-83.

21. Pichaiakrit W, Thamrongananskul N, Siralertmukul K, Swasdison S. Fluoride varnish containing chitosan demonstrated sustained fluoride release. Dent Mater J. 2019;38:1036-42

22. Yang B, Wei C, Qian F, Li S. Surface Wettability Modulated by Surfactant and Its Effects on the Drug Release and Absorption of Fenofoibrate Solid Dispersions. AAPS PharmSciTech. 2019;20:234.

23. Dredfa J, Fekete R, Zelkó R, Rácz I, Marton S. Effect of the wettability characteristics of polyethylene glycol derivatives on the drug release. J Drug Deliv Sci Technol. 2010;20:197-206

24. Park MS, Chung JW, Kim YK, Chung SC, Kho HS. Viscosity and wettability of animal mucin solutions and human saliva. Oral Dis. 2007;13:181-6.

Conflict of interest

Non declared.